Nanoscale Zero Valent Iron for Environmental Cadmium Metal Treatment

Keyla T. Soto-Hidalgo and Carlos R. Cabrera

Additional information is available at the end of the chapter

http://dx.doi.org/10.5772/intechopen.72737

Abstract

In the course of developing methods to treat heavy metal contaminants in wastewater, nanoscale zerovalent iron (nZVI) has been found to be an alternative approach. This nanoparticle has been used to remove metals such as Cr\textsuperscript{6+}, Cu\textsuperscript{2+}, Pb\textsuperscript{2+}, Ba\textsuperscript{2+}, As\textsuperscript{3+}, As\textsuperscript{5+}, and Co\textsuperscript{2+} from aqueous solutions. Iron nanoparticles are useful for decontamination purposes due to their smaller size, surface area-to-weight ratio, and capacity to remove groundwater contaminants. The large specific surface area of the iron nanoparticles further fosters enhanced reactivity for the transformation of environmental pollutants. Because of their smaller size, nanoscale-based iron materials are much more reactive than conventional iron powders, and they can be suspended in slurry and pumped straight to the contaminated site. The ZVI is often applied for the remediation of wastewater or groundwater with several kinds of reducible contaminants, which are near its surface reduction potential. This chapter seeks to present the efficiency of zerovalent iron nanoparticles (nZVI) to remedy the cadmium ion pollution in water as well as the use of the remediation product in photoelectrochemical devices.

Keywords: nanoscale zero valent iron, heavy metals, environmental remediation, photoelectrochemical solar cells

1. Introduction

Environmental pollution is one of the most important problems in the world and is the focus of a wide array of studies in the scientific community [1]. The development of advanced technology and rapid industrialization are the most predominant factors that increase environmental pollution [2]. One of the major hazards to human health from environmental contamination is heavy metals due to their tendency to bioaccumulate in plants and animals that are part of the human food chain [3]. Numerous anthropogenic activities such as mining,
landfills, electroplating, metal processing, textile, petroleum refining, pesticides, battery and paint manufacturing, and printing and photographic industries release these metals into the environment. Heavy metals can persist for a long time in the environment [4].

Many metals that do not play any physiological role such as lead (Pb), cadmium (Cd), arsenic (As), and mercury (Hg) have adverse effects on human health because they have been cataloged as risk factors for the development of cancer, respiratory conditions, neurodegenerative disorders, and arthritis [5]. Lead is the most common of these toxic materials, and all Pb species are generally toxic (see Table 1). Volcanic activity and geochemical weathering are the greatest natural sources; man-made sources include lead-based paints, gasoline additives, food-can soldering, and battery making [6]. The movement of Pb from absorbing root hairs, is apparently impeded by several biochemical and/or physical processes involving Pb binding, inactivation, and/or precipitation [7]. Lead has accumulated in different terrestrial and aquatic ecosystems, and has been shown to accumulate in plants from several sources, including soil; however, the reports on accumulation of Pb within plants are variable [8, 9].

Arsenic is highly toxic to human health (see Table 1) [8, 10]. All species of As (III) and As (V) are toxic. Inorganic and most toxic forms of arsenic (arsenate and arsenite) are found in soil, crops, and water, particularly in groundwater from deep wells, often used as drinking water. These compounds are also found in environmental tobacco smoke and arsenic-treated wood, used in most outdoor wooden structures in the United States. High levels of arsenic are present in agricultural fertilizer that is used for soil treatment; as a consequence, any vegetables and fruits, if grown in this soil, will contain high levels of arsenic.

Cadmium ions, commonly found in soil and water systems, affect vital organs such as liver and kidneys (see Table 1) [8, 11]. This metal is considered one of the most toxic environmental substances due to its ubiquity, toxicity, and long half-life. All species of Cd are toxic. Exposure to cadmium occurs through inhalation (particularly in active cigarette smokers), groundwater consumption, industrial exposure, and contaminated food. It causes a wide variety of toxic effects when taken up by plants such as the inhibition of several plant physiological processes like oxidative reactions and nitrogen metabolism [12, 13]. Currently, there are many traditional chemical methods to remove these heavy metals from contaminated sites such as alkaline precipitation,
ion exchange columns, electrochemical removal, filtration, and membrane technologies [8], but these methods are expensive and use many equipments to efficiently remove the contaminants. On the other hand, following the principles of Green Chemistry is necessary to use alternative products that prevent waste after remediation process, use less hazardous chemical synthesis, and minimize energy requirements of all chemical processes and environmental and economic impacts.

2. Iron nanomaterials for remediation process

Iron nanoparticles are a new generation of materials for environmental remediation. Various metallic ions, including Pb²⁺, Cr⁶⁺, Ni²⁺, As³⁺, As⁵⁺, Cd²⁺, Cu²⁺, Zn²⁺, and Ba²⁺ have been fixated from water using this new technology [14]. In situ remediation strategies are useful to reduce the mobile fraction of metals and metalloids in the soil that could reach the groundwater or be taken up by soil organisms. As such, several strategies have been used to promote the immobilization of metals in soil [15]. In the course of developing suitable options to remove heavy metal contaminants from wastewater, nanoscale zero valent iron (nZVI) particles have been found to be an alternative approach to reduce the concentration of several kinds of contaminants, mainly targeting chlorinated organic contaminants, inorganic anions, metals, and metalloids [15–19]. Although the benefits of this strategy are evident, governments and environmental agencies must evaluate any associated environmental risks because currently available ecotoxicology data are not enough [20].

Previous column experiments have showed the effectiveness of nZVI for the in situ immobilization of heavy metals, which reduces their potential leachability, as a strategy to prevent their transport into deeper soil layers, rivers, and groundwater [21]. Iron nanoparticles are particularly attractive for environmental remediation because these are much more reactive than iron powders and they can be suspended in slurry and moved to the polluted site [22, 23]. Recently, the synthesis and utilization of iron-based nanomaterials with novel properties and functions have been widely studied, both for their nanosize and for their magnetic characteristics [14]. In the environment, iron oxides are present naturally, but can also be chemically produced in nanoparticles of the order of 100 nm or less, which provide them with specific and better affinity for ions metals adsorption. For this reason, these nanoparticles are being used for in situ experiments [15, 16]. In environmental engineering, the application of nZVI is commonly used for the removal of metal/metalloids from polluted waters and soils, or their stabilization [17]. For example, during the remediation of contaminated soils, nZVI has become a widespread amendment for in situ applications, since it can form a permeable barrier in the soil in order to prevent the dissemination of contaminants by the soil pore water, thus achieving their immobilization [18, 24].

Efficient nZVI remediation of groundwater contaminants has been shown in multiple studies; however, regarding nZVI-induced soil toxicity, limited data have been reported, providing preliminary results about the effects of nZVI on soil biota and some plant species [19]. Most of the reported studies have been conducted either under no real conditions or only considering
short-term exposure. Therefore, the impact of nZVI treatment on soil properties and functionality remains unclear. On the other hand, very few investigations of nZVI materials present a detailed study of the products formed in the remediation process for reusability of these nZVI after treatment [25–27]. An alternative use of the remediation product of nZVI could be for photoelectrochemical solar cells (PSC) applications.

In the nZVI reaction, metallic iron is oxidized in the presence of water, which can remove other metal ions from aqueous media by chemical absorption. In this process, iron oxides such as hematite (α-Fe₂O₃) are produced [27]. Hematite has been studied for catalytic applications because of the presence of active photochemical properties [28]. Even so, the application of hematite in PSC is a challenge for the scientist community because this species is highly active in UV range but not absorbed in the visible range. The aim is to employ α-Fe₂O₃ in commercial solar-based devices using high temperature synthesis methods for doping structures and an alternative method to produce dye-sensitized solar cells [28–31].

3. Nanoscale zero valent iron (nZVI) for cadmium decontamination process

Of all the metallic contaminants, cadmium draws special attention because of its high affinity and water solubility [32]. Cadmium species have been detected in aquatic ecosystems and found to bioaccumulate in organisms in nanomolar to micromolar concentrations [33]. Efficient nZVI remediations of groundwater contaminants have been shown in multiple studies [33–37]. However, in the literature, there is a lack of comparable studies for different nZVI materials and deployment strategies [38].

Various adsorption and kinetic models to describe metal adsorption on nZVI and Cd-nZVI surfaces using SEM/EDX and XPS measurements have been studied [26, 38] but, to our knowledge, the interactions between surface Fe⁰ and other heavy metals in particular Cd²⁺ and subsequent cadmium retention in nZVI particles have not been the subject of detailed study.

Results from our study provide important information of the products formed during the remediation process of cadmium. Studies of redox and adsorption processes after treatment of nZVI have been evaluated [39]. However, it is necessary to understand in detail what occurs in the cadmium adsorption process at the nanoparticle surface. The reduction potential of Cd is larger than standard reduction potential (E°) of nZVI (−0.40 V, 25°C, −0.447 V), respectively [26]. Our data suggest that Cd²⁺ ions are sequestrated on nZVI by adsorption process [27].

Results of the Cd concentration reduction on nZVI sample were analyzed using an inductively coupled plasma (ICP). The maximum cadmium adsorption percentage relative to the initial Cd²⁺ concentration of 6 ppm was 93%. This percentage was obtained after a period of 5 h, which indicates that longer interaction times between cadmium ions and nZVI promoted larger cadmium concentration reduction.

These results show that nZVI is an alternative to decrease high Cd concentration in contaminated sites. However, there are no sufficient data about the possible formation of toxic product
after treatment with nZVI. For this reason, a structural analysis of used nZVI was deemed imperative to gain an understanding of the interactions between the nZVI and cadmium. This new knowledge may serve to optimize the remediation process and to provide alternative uses for the remediation product. The formations of unexpected nanofibers and cadmium ferrite structures have been reported. This remediation product or environmental waste has been suggested as a photocatalyst material that has great potential application for light harvesting [40]. These results could be useful because we can prevent the waste formation after chemical process, and reuse the products of remediation processes for other energy applications. This will decrease the amount of new hazardous substances produced after water decontamination processes.

A structural model of Cd-nZVI fibers is illustrated in Figure 1. This conceptual model of Fe⁰ nanofibers was presented considering the results of X-ray diffraction patterns, X-photoelectron spectroscopy results, X-ray absorption spectroscopy, and high-resolution transmission electron microscopy (HRTEM) images. Figure 1 shows the (A) Fe⁰ nanoparticles, (B) the Fe⁰–H₂O, where we observe Fe₂O₃ and FeOOH surrounding small quantities of Fe⁰, and (C) Fe⁰–Cd where we observe CdFe₂O₄, FeOOH, Fe₂O₃, and Fe⁰. For the formation of the structure presented in Figure 1C, cadmium ions act as the limiting reagent, where the onset of the reaction of Cd, Fe⁰, Fe₂O₃, and FeOOH allowing the possible formation of cadmium ferrite.

The oxyhydroxide iron (FeOOH) has a crystal structure containing tunnel-shaped cavities that run parallel to the c-axis. These sites are bound by double rows of fused octahedral, in which cadmium ions probably reside [41]. In Figure 2a, HRTEM images of nZVI exhibit spherical shapes and well-aligned aggregates with a diameter range between 25 and 70 nm.

These clusters of nanoparticles are caused by magnetic dipole-dipole interactions of the individual particles [42]. After nZVI Cd²⁺ exposure, shown in Figure 2b, nanofibers are organized [43]. These nanofibers were possibly produced by the diffusion of absorbed Cd²⁺ ions through the core-shell structure [36]. In iron oxide, an electron transfer reactions between Cd²⁺ ions and the Fe⁰ might probably occur in the core (Figure 2).

The fiber formation as a product of nZVI in the presence of cadmium ions is possibly due to the rearrangement of the nanomaterial structure as a consequence of the adsorption process. The interactions of Cd²⁺ and Fe³⁺, particularly, possibly promote the formation of CdFe₂O₄.

![Figure 1. Conceptual model of cadmium adsorption process on nZVI nanostructures with cadmium-iron oxides on the surface [43].](image-url)
which is in accordance with what is reported in the literature; these results show fiber formation analogous to previous studies with CdFe$_2$O$_4$ particles synthesized by a coprecipitation method [41]. These studies in HRTEM presented the aggregation of fine particles of CdFe$_2$O$_4$ having two kinds of shapes, fibrous and granular. The unintended formation of CdFe$_2$O$_4$ nanofibers as a remediation product presents an opportunity to reuse the remediation products for applications pertaining to light harvesting.

4. Applications of nZVI in photoelectrochemical solar cell devices

Photoelectrochemical solar cells use light to carry out a chemical reaction, converting light to chemical energy or power [44–46]. A photoelectrochemical cell is a photocurrent-generating device that has a semiconductor in contact with an electrolyte. It consists of a photoactive semiconductor working electrode (either n-type or p-type) and counter electrode made of either metal (e.g., Pt or C) or semiconductor. These electrodes are immersed in the electrolyte containing redox species with its standard potential being within the semiconductor bandgap potential region. In a metal-electrolyte junction, the potential drop occurs entirely on the solution site, whereas in a semiconductor-electrolyte junction, the potential drop occurs on the semiconductor site as well as the solution site [47].

Figure 2. HRTEM images of (a) nZVI particles synthesized and (b) iron nanofibers formed during the cadmium ion remediation process. (c) Conceptual model representing the Cd$^{2+}$ atoms interaction in Fe$^0$ core of nZVI [43].
The charge on the semiconductor side is distributed in the interior of the semiconductor, creating a space charge region. If the junction of the semiconductor-electrolyte is illuminated with a light having energy greater than the semiconductor bandgap, photogenerated electron-hole pairs are separated in the space charge region [48, 49]. The photogenerated minority carriers arrive at the interface of the semiconductor-electrolyte where a redox reaction will occur.

Photoelectrochemical cells, such as those produced by Brian O’Regan and Michael Grätzel, have been of interest to scientist because of their low manufacturing cost [44]. Photoelectrochemical devices require exhaustive optimization of their quantum conversion efficiency, which is affected by the electron transfer processes.

In the nanoscale iron reaction with water, metallic iron is oxidized to α-Fe₂O₃ [27]. Using α-Fe₂O₃ as an alternative of TiO₂ has been evaluated to produce dye-sensitized solar cells [31]. Methods such as doping with other metals and changing the structural arrangement of the system have been employed to overcome challenges regarding electron transfer processes [28]. The incorporation of Cd ions on the surface of the oxidized nZVI may produce surface structure changes. It has been found that oxide structures such as Fe₃O₄ and the formation of CdFe₂O₄ may be present at the surface of the nanoparticles [43]. As described in recent reports, this surface process may occur without using high-temperature processes, a common surface reaction described in the literature [29, 30]. Moreover, photovoltaic and photoelectrochemical processes have been studied with CdFe₂O₄. However, few reports have shown the use of heavy metal doped ferrite particles as semiconductors in photovoltaic and photoelectrochemical devices [30, 50–52]. Recently, the use of Cd²⁺ ions exposed nZVI as semiconductors in PSCs has been reported. Brian O'Regan and Michael Grätzel reported similar systems in the 1990s, which caught the attention of the scientific community due to their low cost of fabrication [53].

Photoelectrochemical devices are challenging due to the optimization of their quantum conversion efficiency, which is affected by the electron transfer processes in the system. In our study, nZVI was exposed to different Cd²⁺ concentrations (1–30 ppm), similar to values found in contaminated areas of Puerto Rico. The novelty of these results was to analyze the material produced after the Cd decontamination processes in water using nZVI as a photoactive substance. The product formed exhibited capable photoactive behavior for photoelectrochemical solar cell applications.

In Figure 3, incident to photocurrent efficiency (IPCE) normalized signals of two PSCs are observed, each one with different material in the photoanode [54]. The samples prepared using the nZVI do not display significant signals (lowest curve). Particles treated with 30 ppm Cd²⁺ solution, however, exhibit a relative broadband from approximately 300–450 nm (black curve). This region is similar to the absorption results obtained in the UV/Vis analysis. Such a high photovoltage can be explained by an improvement in the electron transfer dynamics of the material in the PSC at higher cadmium concentrations due to structural changes as previously suggested in the literature [30]. As one of the principle of Green Chemistry, these results provide a new alternative to reuse nanomaterials used in decontamination processes and generate modified iron oxide photocatalyst without using high temperature. These data have a significant value for future applications in photoactive materials synthesis.
Figure 3. Graphical representation of cadmium water remediation to photoelectrochemical solar cells using nanoscale zero valent iron [54].

Acknowledgements

This work was supported by NSF-CREST Center for Innovation Research and Education in Environmental Nanotechnology Grant Number 1736093.

Author details

Keyla T. Soto-Hidalgo and Carlos R. Cabrera

*Address all correspondence to: keyla.soto@upr.edu

1 NSF-CREST Center for Innovation, Research and Education in Environmental Nanotechnology (CIRE2N), University High School, University of Puerto Rico, San Juan, Puerto Rico

2 Department of Chemistry, University of Puerto Rico, San Juan, Puerto Rico

References

[1] Briggs D. Environmental pollution and the global burden of disease. British Medical Bulletin. 2003;68(1):1-24

[2] Kaznina NM, Laidinen GF, Titov AF, Talanov AV. Effect of lead on the photosynthetic apparatus of annual grasses. The Biological Bulletin. 2005;32(2):147-150
[3] Aycicek M, Kaplan O, Yaman M. Effect of cadmium on germination, seedling growth and metal contents of sunflower (*Helianthus annuus* L.). Asian Journal of Chemistry. 2013;20(4):2663-2672

[4] Wuana RA, Okieimen FE. Heavy metals in contaminated soils: A review of sources, chemistry, risks and best available strategies for remediation. ISRN Ecology. 2011;2011:20

[5] Barbosa JS, Cabral TM, Ferreira DN, Agnez-Lima LF, Batistuzzo de Medeiros SR. Genotoxicity assessment in aquatic environment impacted by the presence of heavy metals. Ecotoxicology and Environmental Safety. 2010;73(3):320-325

[6] Verma S, Dubey RS. Lead toxicity induces lipid peroxidation and alters the activities of antioxidant enzymes in growing rice plants. Plant Science. 2003;164(4):645-655

[7] Shen YT, Song YF. Effects of organic ligands on Pb absorption and speciation changes in Arabidopsis as determined by micro X-ray fluorescence and X-ray absorption near-edge structure analysis. Journal of Synchrotron Radiation. 2017;24(2):463-468

[8] Singh R, Gautam N, Mishra A, Gupta R. Heavy metals and living systems: An overview. Indian Journal of Pharmacology. 2011;43(3):246-253

[9] Maldonado-Magaña A, Favela-Torres E, Rivera-Cabrera F, Volke-Sepulveda TL. Lead bioaccumulation in *Acacia farnesiana* and its effect on lipid peroxidation and glutathione production. Plant and Soil. 2011;339(1):377-389

[10] Agency for Toxic Substances and Disease Registry (ASTDR), U. S. D. O. H. A. H. S., Toxicological profile for As. http://www.atsdr.cdc.gov/toxprofiles/tp2.pdf, Ed. 2007

[11] Weis JS, Weis P. Metal uptake, transport and release by wetland plants: Implications for phytoremediation and restoration. Environment International. 2004;30(5):685-700

[12] Lasplana NV, Groppa MD, Tomaro ML, Benavides MP. Nitric oxide protects sunflower leaves against Cd-induced oxidative stress. Plant Science. 2005;169(2):323-330

[13] Hegedüs A, Erdei S, Horváth G. Comparative studies of H$_2$O$_2$ detoxifying enzymes in green and greening barley seedlings under cadmium stress. Plant Science. 2001;160(6):1085-1093

[14] Uzum C, Shahwan T, Eroglu AE, Lieberwirth I, Scott TB, Hallam KR. Application of zero-valent iron nanoparticles for the removal of aqueous Co$^{2+}$ ions under various experimental conditions. Chemical Engineering Journal. 2008;144(2):213-220

[15] Yang X, Feng Y, He Z, Stoffella PJ. Molecular mechanisms of heavy metal hyperaccumulation and phytoremediation. Journal of Trace Elements in Medicine and Biology. 2005;18(4):339-353

[16] Kumpiene J, Lagerkvist A, Maurice C. Stabilization of As, Cr, Cu, Pb and Zn in soil using amendments – A review. Waste Management. 2008;28(1):215-225

[17] Mueller NC, Braun J, Bruns J, Černík M, Rissig P, Rickerby D, Nowack B. Application of nanoscale zero valent iron (NZVI) for groundwater remediation in Europe. Environmental Science and Pollution Research. 2012;19(2):550-558
[18] El-Temsah YS, Oughton DH, Joner EJ. Effects of nano-sized zero-valent iron on DDT degradation and residual toxicity in soil: A column experiment. Plant and Soil. 2013;368(1/2):189-200

[19] Fajardo C, Ortíz LT, Rodríguez-Membibre ML, Nande M, Lobo MC, Martín M. Assessing the impact of zero-valent iron (ZVI) nanotechnology on soil microbial structure and functionality: A molecular approach. Chemosphere. 2012;86(8):802-808

[20] Gil-Díaz M, Ortiz LT, Costa G, Alonso J, Rodríguez-Membibre ML, Sánchez-Fortún S, Pérez-Sanz A, Martín M, Lobo MC. Immobilization and leaching of Pb and Zn in an acidic soil treated with zerovalent iron nanoparticles (nZVI): Physicochemical and toxicological analysis of leachates. Water, Air, and Soil Pollution. 2014;225(6):1990

[21] Handy RD, van den Brink N, Chappell M, Mühling M, Behra R, Dušinská M, Simpson P, Ahtiainen J, Jha AN, Seiter J, Bednar A, Kennedy A, Fernandes TF, Riediker M. Practical considerations for conducting ecotoxicity test methods with manufactured nanomaterials: What have we learnt so far? Ecotoxicology. 2012;21(4):933-972

[22] Gil-Díaz M, Alonso J, Rodríguez-Valdés E, Pinilla P, Lobo MC. Reducing the mobility of arsenic in brownfield soil using stabilised zero-valent iron nanoparticles. Journal of Environmental Science and Health, Part A. 2014;49(12):1361-1369

[23] Matlochová A, Plachá D, Rapantová N. The application of nanoscale materials in groundwater remediation. Polish Journal of Environmental Studies. 2013;22(5):1401-1410

[24] El-Temsah YS, Joner EJ. Effects of nano-sized zero-valent iron (nZVI) on DDT degradation in soil and its toxicity to collembola and ostracods. Chemosphere. 2013;92(1):131-137

[25] Khin MM, Nair AS, Babu VJ, Murugan R, Ramakrishna S. A review on nanomaterials for environmental remediation. Energy & Environmental Science. 2012;5(8):8075-8109

[26] Boparai HK, Joseph M, O’Carroll DM. Kinetics and thermodynamics of cadmium ion removal by adsorption onto nano zerovalent iron particles. Journal of Hazardous Materials. 2011;186(1):458-465

[27] Li X-q, Zhang W-X. Sequestration of metal cations with Zerovalent iron Nanoparticles – A study with high resolution X-ray photoelectron spectroscopy (HR-XPS). Journal of Physical Chemistry C. 2007;111(19):6939-6946

[28] Lin Y, Xu Y, Mayer MT, Simpson ZI, McMahon G, Zhou S, Wang D. Growth of p-type hematite by atomic layer deposition and its utilization for improved solar water splitting. Journal of the American Chemical Society. 2012;134(12):5508-5511

[29] Ling Y, Wang G, Wheeler DA, Zhang JZ, Li Y. Sn-doped hematite nanostructures for Photoelectrochemical water splitting. Nano Letters. 2011;11(5):2119-2125

[30] Sivula K, Zboril R, Le Formal F, Robert R, Weidenkaff A, Tucek J, Frydrych J, Grätzel M. Photoelectrochemical water splitting with mesoporous hematite prepared by a solution-based colloidal approach. Journal of the American Chemical Society. 2010;132(21):7436-7444
[31] Ocakoglu K, Krupnik T, van den Bosch B, Harputlu E, Gullo MP, Olmos JDJ, Yildirimcan S, Gupta RK, Yakuphanoglu F, Barbieri A, Reek JNH, Kargul J. Photosystem I-based biophoto voltaics on nanostructured hematite. Advanced Functional Materials. 2014;24(47):7467-7477

[32] Clemens S. Toxic metal accumulation, responses to exposure and mechanisms of tolerance in plants. Biochimie. 2006;88(11):1707-1719

[33] Crane RA, Scott TB. Nanoscale zero-valent iron: Future prospects for an emerging water treatment technology. Journal of Hazardous Materials. 2012;211(Supplement C):112-125

[34] Ponder SM, Darab JG, Mallouk TE. Remediation of Cr(VI) and Pb(II) aqueous solutions using supported, nanoscale zero-valent iron. Environmental Science & Technology. 2000;34(12):2564-2569

[35] Sun Y-P, Li X-q, Cao J, Zhang W-x, Wang HP. Characterization of zero-valent iron nanoparticles. Advances in Colloid and Interface Science. 2006;120(1):47-56

[36] Bishop EJ, Fowler DE, Skluzacek JM, Seibel E, Mallouk TE. Anionic homopolymers efficiently target zerovalent iron particles to hydrophobic contaminants in sand columns. Environmental Science & Technology. 2010;44(23):9069-9074

[37] Schrick B, Hydutsky BW, Blough JL, Mallouk TE. Delivery vehicles for zerovalent metal nanoparticles in soil and groundwater. Chemistry of Materials. 2004;16(11):2187-2193

[38] Boparai HK, Joseph M, O’Carroll DM. Cadmium (Cd²⁺) removal by nano zerovalent iron: Surface analysis, effects of solution chemistry and surface complexation modeling. Environmental Science and Pollution Research. 2013;20(9):6210-6221

[39] Huff J, Lunn RM, Waalkes MP, Tomatis L, Infante PF. Cadmium-induced cancers in animals and in humans. International Journal of Occupational and Environmental Health. 2007;13(2):202-212

[40] Wu X, Yin S, Dong Q, Sato T. Preparation and visible light induced photocatalytic activity of C-NaTaO₃ and C-NaTaO₃-Cl-TiO₂ composite. Physical Chemistry Chemical Physics. 2013;15(47):20633-20640

[41] Yokoyama M, Sato T, Ohta E, Sato T. Magnetization of cadmium ferrite prepared by coprecipitation. Journal of Applied Physics. 1996;80(2):1015-1019

[42] Liu HB, Chen TH, Chang DY, Chen D, Liu Y, He HP, Yuan P, Frost R. Nitrate reduction over nanoscale zero-valent iron prepared by hydrogen reduction of goethite. Materials Chemistry and Physics. 2012;133(1):205-211

[43] Soto Hidalgo KT, Guzmán-Blas R, Ortiz-Quiles EO, Fachini ER, Corchado-García J, Larios E, Zayas B, José-Yacamán M, Cabrera CR. Highly organized nanofiber formation from zero valent iron nanoparticles after cadmium water remediation. RSC Advances. 2015;5(4):2777-2784

[44] Voloshin RA, Kreslavski VD, Zharmukhamedov SK, Bedbenov VS, Ramakrishna S, Allakhverdiev SI. Photoelectrochemical cells based on photosynthetic systems: A review. Biofuel Research Journal. 2015;2(2):227-235
[45] Lewis NS, Nocera DG. Powering the planet: Chemical challenges in solar energy utilization. Proceedings of the National Academy of Sciences of the United States of America. 2006;103(43):15729-15735

[46] Kamat PV. Semiconductor surface chemistry as holy grail in photocatalysis and photovoltaics. Accounts of Chemical Research. 2017;50(3):527-531

[47] Wei D, Amaratunga G. Photoelectrochemical cell and its applications in optoelectronics. International Journal of Electrochemical Science. 2007;2:897-912

[48] Sivula K, van de Krol R. Semiconducting materials for photoelectrochemical energy conversion. Nature Reviews Materials. 2016;1:15010

[49] van de Krol R. Photoelectrochemical measurements. In: van de Krol R, Grätzel M, editors. Photoelectrochemical Hydrogen Production. Boston: Springer; 2012. pp. 69-117

[50] Harish KN, Bhojya Naik HS, Prashanth kumar PN, Viswanath R. Optical and photocatalytic properties of solar light active Nd-substituted Ni ferrite catalysts: For environmental protection. ACS Sustainable Chemistry & Engineering. 2013;1(9):1143-1153

[51] Harish KN, Bhojya Naik HS, Prashanth kumar PN, Viswanath R. Synthesis, enhanced optical and photocatalytic study of Cd-Zn ferrites under sunlight. Catalysis Science & Technology. 2012;2(5):1033-1039

[52] Harish K, Bhojya Naik H, Prashanth Kumar P, Vishwanath R, Yashvanth Kumar G. Optical and photocatalytic properties of CdFe$_2$O$_4$ nanocatalysts: Potential application in water treatment under solar light irradiation. Archives of Applied Science Research. 2013;5(2):42-51

[53] O'Regan B, Gratzel M. A low-cost, high-efficiency solar cell based on dye-sensitized colloidal TiO$_2$ films. Nature. 1991;353(6346):737-740

[54] Soto Hidalgo KT, Ortiz-Quiles EO, Betancourt LE, Larios E, José-Yacaman M, Cabrera CR. Photoelectrochemical solar cells prepared from nanoscale zerovalent iron used for aqueous Cd$^{2+}$ removal. ACS Sustainable Chemistry & Engineering. 2016;4(3):738-745